Photodecolourisation of congo red dye in presence of Ni\(^{3+}\) layered double hydroxide

Irina Ryltsova*, Evgenia Tarasenko, Olga Lebedeva

Institute of Pharmacy, Chemistry and Biology, Belgorod State National Research University, Belgorod, Russia

Abstract. Layered double hydroxide containing Ni\(^{3+}\) (Mg/AlNi-LDH) was successfully synthesized by co-precipitation in an oxidizing media. The resulted product was characterized using X-ray diffraction, wavelength dispersive X-ray fluorescence spectrometry. The activity of Mg/AlNi-LDH in the process of photodegradation of Congo red dye using UV light irradiation was evaluated. The initial rate of photodegradation of the dye in the presence of LDH is 1.6 times higher than that of UV irradiated solution. The kinetic data obtained for photodegradation process can be adequately described by pseudo-first-order kinetic model. The presence of Mg/AlNi – LDH leads to increased photodegradation yield compared to destruction only by UV irradiation.

1 Introduction

Layered double hydroxides (LDHs) also known as hydrotalcite-like compounds are natural or synthetic layered materials. LDHs consist of positively charged metal hydroxide layers with a brucite-like structure and anions located in the interlayer space and compensating the excessive positive charge of the layers. The interlayer space also contains water molecules, which are involved in stabilizing the structure of LDH. The general formula for compounds of this class is \([\text{M}^{2+}_x\text{M}^{3+}_y(\text{OH})_z\text{]}^{z+}(\text{A}^{\text{n-}}_{\text{n}})\cdot m\text{H}_2\text{O}\), were M\(^{2+}\) and M\(^{3+}\) are divalent and trivalent cations, A\(^{-}\) is the interlayer inorganic or organic anion. The nature of metal cations and interlayer anions as well as molar ratio M\(^{2+}\)/M\(^{3+}\) can be varied in a wide range, and that ability allows to obtain materials with given physical and chemical properties [1].

LDHs find applications for removal of organic and inorganic pollutants from aqueous solutions [2,3], as catalysts and catalyst precursors [4,5], as drug delivery systems [6].

One of the promising directions is the synthesis of LDH exhibiting photocactivity for purification of wastewater from organic pollutants by exposure to radiation in the visible or UV region of light [7]. Several publications describe high photocatalytic activity of Zn-containing LDHs and the products of their thermal decomposition for the degradation of organic dyes under UV-irradiation [8-10]. Wei et al. reported the family of MCr-LDHs (M=Cu, Ni, Zn) to exhibit pronounced photocatalytic activity in the process of dyes and phenols degradation under visible light irradiation [11].

In the present study photodegradation of Congo red dye in the presence of LDH containing Ni\(^{3+}\) in hydrotalcite matrix is described. The assumption concerning the activity of the compounds containing Ni\(^{3+}\) in the process of dyes degradation is based on the known fact that nickel oxide exhibits photocatalytic activity. E.g. Zhao et al. reported that that doping with Ni\(_2\)O improves the photocatalytic activity of titanium oxide in the degradation of trichlorophenol, 2,4-dichlorophenol, and sodium benzoate [12]. Recently Shaban et al. showed Ni\(_2\)O supported on MCM-48 to be an effective photocatalyst for degradation of Congo red dye [13]. The degradation in the presence of Ni\(_2\)O/MCM-48 increased compared to the degradation using bulk Ni\(_2\)O.

2 Experimental

Mg/AlNi-LDH was synthesized by precipitation from solution at room temperature at variable pH as described in ref. [14]. The degree of substitution of aluminum cations for nickel in the hydrotalcite structure specified during the synthesis was 25 at. %. Nitrates Mg(NO\(_3\))\(_2\)-6H\(_2\)O, Al(NO\(_3\))\(_3\)-9H\(_2\)O and Ni(NO\(_3\))\(_2\)-6H\(_2\)O were used as metals sources. The starting reaction mixture consisted of appropriate amounts of metal salts dissolved in distilled water while the total concentration of metal ions being 1 M. The molar ratio of the ions in the solution of metal salts (M\(^{2+}\)/M\(^{3+}\)) was 3:1. Precipitant solution containing NaOH and Na\(_2\)CO\(_3\) was added dropwise to the metal salts solution until pH reached 9-10. Ni\(^{3+}\) was oxidized into Ni\(^{2+}\) during the synthesis by sodium hypochlorite. The resulting precipitate was aged at room temperature for 24 h and then at 98°C for 48 h. After that, the sample was washed with distilled water and dried at 120°C.

The chemical composition of synthesized sample was determined by wavelength dispersive X-ray fluorescence (WDXRF) spectrometry on a spectrometer ARL PerformX (Thermo Fisher Scientific) with 2.5 kW Rh tube. The WDXRF experiment was carried out using 0.2 g of sample pressed into a disk with boric acid after heat treatment at 600°C for 1 hour. Analysis of the results was performed using UniQuant program.

*Corresponding author: ryltsova@bsu.edu.ru

© The Authors, published by EDP Sciences. This is an open access article distributed under the terms of the Creative Commons Attribution License 4.0 (http://creativecommons.org/licenses/by/4.0/).
3 Results and discussion

The synthetic Mg/AlNi-LDH exhibited the typical XRD peaks of highly crystalline layered double hydroxides [1]. Analysis of diffraction pattern (Fig 1.) confirmed that the sample was a single-phase product with hydrotalcite-like structure.

Based on the data of wavelength dispersive X-ray fluorescence analysis and the general formula of LDH, the following semi-empirical formula of the synthesized sample can be proposed: \( \text{Mg}_{0.692}\text{Al}_{0.297}\text{Ni}_{0.011}\text{(OH)}_{2}\text{(CO}_{3}\text{)}_{0.154}\text{nH}_{2}\text{O} \). The experimental ratio of metal cations for synthesized sample slightly differs from that in starting solution. This difference may be due to the difference in radii and electronegativity of Al\(^{3+}\) and Ni\(^{2+}\) and due to the presence of the oxidizing agent (NaClO) during the synthesis.

The photodegradation of Congo red dye was chosen to test the photocactivity of the Mg/AlNi – LDH. The kinetic curves of photodegradation of Congo red in the presence of Mg/AlNi – LDH and without it are shown in Fig. 2. For comparison, the kinetic curve of sorption in the same time interval is shown. The initial rate of sorption and photodegradation was determined by selecting an empirical equation describing the kinetic curves, followed by differentiation (Table I). As follows from the data presented in Fig. 2 and in Table I, the introduction of LDH into dye solution leads to an increase in the rate and conversion of the Congo red dye.

After irradiation for 60 min, about 76% of the Congo red was decolorized without LDH, while this value increased to 93% by adding Mg/AlNi – LDH. Dye removal by adsorption was only about 14% for the same time period.

The kinetic behavior was estimated utilizing common kinetic model of pseudo-first-order (Lagren model). Kinetic data in the coordinates of the pseudo-first-order model are shown in Fig. 3. The kinetics appears to fit this model with high \( R^2 \) values (table I).

According to the conventional opinion, the heterogeneous photocatalytic degradation involves the following main steps: adsorption of the dye on the catalyst surface, absorption of the light by the catalyst and charge transfer reactions. Shaban et al. [13] proposed the mechanism including the generation of positive holes (photogenerated holes, \( h^+_\text{VB} \)) and the hydroxyl radicals in the photocatalytic process upon irradiation of MCM-48/NiO\(_2\). The radicals can be active oxidizing agents for degradation of Congo red (Eqs. 1-4):

\[
\begin{align*}
\text{MCM} + 48/Ni_2O_3 + hv & \rightarrow \text{MCM} - 48/Ni_2O_3 (h^+_\text{VB}) + H_2O \\
\text{MCM} - 48/Ni_2O_3 (h^+_\text{VB}) + H_2O & \rightarrow \text{MCM} - 48/Ni_2O_3 + H^+ + OH^- \\
\text{MCM} - 48/Ni_2O_3 (h^+_\text{VB}) + CR^+ & \rightarrow \text{Product of degradation} \\
OH^- + CR^+ & \rightarrow \text{Product of degradation}
\end{align*}
\]
ample changed its color from black to green. This may indicate the reduction of nickel from Ni$^{2+}$ to Ni$^{2-}$ during the photodegradation of the dye. Thus, we can assume that Mg/AlNi - LDH in this case acts as an oxidizing agent, which is activated by light irradiation.

4 Conclusion

Mg/AlNi - LDH was synthesized by co-precipitation in an oxidizing media. Mg/AlNi - LDH is active in the process of Congo red dye destruction under the UV irradiation. The initial rate of the process of the dye destruction under UV light illumination in the presence of Mg/AlNi - LDH is 1.6 times higher than without it. The kinetic data obtained for photodegradation process well pseudo-first-order kinetic model. Using Mg/AlNi – LDH increased photoconversion from 76% (without LDH) to 93% (with LDH).

References

1. F. Cavani, F. Trifiró, A. Vaccari, Catal. Today, 11, 173–301 (1991)

2. R. Lafti, K. Charradi, M.A. Djebbi, A.B.H. Amara, A. Hafiane, “27(1), 232–237 (2016)

3. K.-H. Goh, T.-T. Lim, Z. Dong, Water Res., 42, 1343 – 1368 (2008) Catal. Surv. Asia., 12, 253–265 (2008)

4. D. Tichit, F. Fajula, “Layered double hydroxides as solid base catalysts and catalyst precursors,” in Studies in Surface Science and Catalysis, Kiricsi, G. Pál-Borbély, J.B. Nagy, H.G. Kargepp, (Eds. Elsevier, 1999)

5. B. Li, J. He, D.G. Evans, X. Duan, Appl. Clay Sci., 27, 199–207 (2004)

6. S. Iguchi, K. Teramura, S. Hosokawa, T. Tanaka, “Application of Layered Double Hydroxides (LDHs) in Photocatalysis,” in Nanostructured Photocatalysts, Nanostructure Science and (Eds. Springer Nature, 2016)

7. E.M. Seftela, E. Popovici, M. Mertens, K. De Witte, G. Van Tendeloo, P. Cool, E.F. Vansant, Microporous and Mesoporous Mater., 113, 296–304 (2008)

8. K. Abderrazek, F.S. Najoua, E. Srasra, Appl. Clay Sci., 119, 229–235 (2016)

9. Z. Zhang, Z. Hua, J. Lang, Y. Song, Q. Zhang, Q. Han, H. Fan, M. Gao, X. Li, J. Yang Cryst. Eng. Comm, 21(31), 4607–4619 (2019)

10. Y. Zhao, S. Zhang, B. Li, H. Yan, S. He, L. Tian, W. Shi, J. Ma, M. Wei, D. G. Evans, X. Duan, Chem. Eur. J., 17, 13175–13181 (2011)

11. W. Zhao, W. Ma, C. Chen, J. Zhao, Z. Shuai, J. Am. Chem. Soc., 126(15), 4782–4783 (2004)

12. M. Shaban, M. R. Abukhadra, A. Hamd, photocatalyst for Congo red dye removal,” Clean. Techn. Environ. Policy., 20, 1–16 (2017)

13. I.G. Ryltsova, O.V. Nestroinaya, O.E. Lebedeva, F. Schroeter, F. Roessner, J. Solid. State. Chem., 265, 332–338 (2018)